Supporting Information

Title: Cationic Polymerization of Isobutyl Vinyl Ether in an Imidazole-Based Ionic Liquid: Characteristics and Mechanism

Corresponding Author: Wenli Guo

Authors: Yi-bo Wu, Lu Han, Xiao-qian Zhang, Jing Mao, Liang-fa Gong, Wen-li Guo*, Kai Gu, Shu-xin Li

1. Department of Material Science and Engineering, Beijing Institute of Petrochemical Technology, Beijing, 102617, China

2. Beijing Key Lab of Special Elastomeric Composite Materials, Beijing, 102617, China

3. Key Laboratory for Synthetic Resin, Petrochemical Research Institute, Petrochina, 100195, China

*To whom correspondence should be addressed.

Tel.: +86-10-81292008; Fax: +86-10-81292011

E-mail: gwenli@aliyun.com
Figure 1 Kinetic plots of IBVE polymerization in dichloromethane by addition bases: (A) conversion vs. time; (B) ln([M₀]/[M]) vs. time; (C) \(M_n\) and \(M_w/M_n\) vs. conversion. 

\([\text{TiCl}_4]=0.048\), \([\text{IBVE-HCl}]=0.003\text{M}\), \([\text{IBVE}]=0.97\text{M}\), [added base] =0.05M, \(T=0^\circ\text{C}\).

Cationic polymerization of IBVE was examined in the absence or presence of an added bases, ethyl acetate and 1,4-dioxane, in dichloromethane at \(0^\circ\text{C}\). Polymerization
in the presence of ethyl acetate or 1,4-dioxane showed quite different behavior compared to that without a base in dichloromethane system. The linear first-order plots showed that the concentration of growing centers remained constant. The absence of termination also confirmed the living nature of the polymerization. The $M_n$ increased in direct proportion to the monomer conversion with narrow MWDs.

Figure 2 the effects of DTBP concentration on conversion, reaction rate, and $M_n$ and polydispersity: (A)conversion vs. time; (B) ln([M0]/[M]) vs. time; (C) $M_n$ and $M_w/M_n$ vs. conversion; (D) Representative GPC curve of poly(IBVE)s.$[\text{TiCl}_4]=0.048$, [IBVE-HCl]=0.003M, [IBVE]=0.97M, $T=0 \, ^\circ\text{C}$. 
As shown in Figure 2B, the first-order plots of $\ln([M_0]/[M])$ versus time are linear. We used initial slopes of these plots to calculate the apparent rate constants. It is clearly indicated that the polymerization rate decreases did not change significantly
with DTBP concentration. Also, it was found that there was no significant effect of DTBP concentration on $M_n$ and $M_w/M_n$ values. So DTBP was only effective for suppression of the uncontrolled portion, did not affect on carboncation.